Quantitative analysis of radiocesium retention onto birnessite and todorokite

Qianqian Yu\textsuperscript{a,b,*}, Toshihiko Ohnuki\textsuperscript{b,c}, Naofumi Kozai\textsuperscript{b}, Fuminori Sakamoto\textsuperscript{b}, Kazuya Tanaka\textsuperscript{b}, Keiko Sasaki\textsuperscript{d}

\textsuperscript{a} School of Earth Science, China University of Geosciences, Wuhan 430074, China
\textsuperscript{b} Advanced Science Research Center, Japan Atomic Energy Agency, Tokai, Ibaraki 319-1195, Japan
\textsuperscript{c} Laboratory for Advanced Nuclear Energy, Institute of Innovative Research, Tokyo Institute of Technology, 2-12-1-16 Ookayama, Meguro-ku, Tokyo 152-8550, Japan
\textsuperscript{d} Department of Earth Resources Engineering, Kyushu University, 744 Motooka, Fukuoka 819-0395, Japan

\textbf{ABSTRACT}

Although the Cs adsorption onto soil minerals has been widely studied, the structural factor of Mn oxides affecting the adsorption behavior of trace amounts of Cs is unclear. In order to elucidate the adsorption mechanisms of radioactive Cs at trace levels and the role of Mn oxides on Cs migration in the terrestrial environment, the Cs adsorption onto birnessite and todorokite was investigated for a wide range of concentrations (1 \times 10^{-10} mol/L to 0.1 mol/L) and an ion-exchange model was used to interpret the adsorption data. Although birnessite showed a higher Cs adsorption capacity than todorokite, most of the Cs adsorbed onto birnessite was desorbed by ion exchange. Two types of adsorption sites were observed for todorokite. Despite low density, the selectivity coefficient was much higher for the T1 site (Log_{10}CsK_{sel} = 4.2) than for the T2 site (Log_{10}CsK_{sel} = -0.6). Sequential extraction was carried out at Cs concentrations of 1 \times 10^{-7} mol/L and 1 \times 10^{-10} mol/L. At lower concentrations, approximately 34% of the adsorbed Cs was residual in the todorokite after the sequential extraction; this value was much higher than the results for the Cs-adsorbed birnessite as well as the Cs-adsorbed todorokite at higher concentrations. The present results indicate that the structural factors of Mn oxides significantly affect the retention capacity of radioactive Cs. Aside from phyllosilicate minerals, todorokite also contributes to the fixation of radioactive Cs in soils.

\section{1. Introduction}

As an important fission product of uranium fuels and a major component of high-level nuclear waste, radioactive cesium has been released into soils and groundwater over the past decades by nuclear accidents and from nuclear weapons testing. Recently, concerns about \textsuperscript{137}Cs and \textsuperscript{134}Cs have increased after the Fukushima Daiichi nuclear power plant accident in Eastern Japan because Cs was one of the primary radionuclides released into the air and the water due to leakage.

The migration-retention behavior of Cs in Fukushima soils, sediments, rivers, and aerosols has been studied using different techniques. At a micro scale, the distribution of Cs is not uniform due to the preservation of the heterogeneity in soil- and river-suspended particles (Tanaka et al., 2013). Cs adsorption onto soil components has been widely studied (Benedicto et al., 2014; Bradbury and Baeyens, 2000; Fan et al., 2014; Missana et al., 2014; Qin et al., 2012; Rani and Sasidhar, 2012); most studies have focused on phyllosilicate minerals and the characteristics of Cs adsorption on non-phyllosilicate minerals are not fully understood. Kozai et al. (2012) have examined the chemical states of radioactive Cs in Fukushima soils and found that some fraction of Cs was irreversibly associated with the soils even though mica was not present. Following these results, Ohnuki and Kozai (2013) analyzed the adsorption and desorption behaviors of radioactive cesium onto a wide range of natural minerals including kaolinite, halloysite, chlorite, montmorillonite, mordenite, and Mn oxide. The authors found that the distribution coefficient (K_d) for some minerals was quite different at low Cs concentrations compared to high Cs concentrations. Minerals other than mica may also contribute to the fixation of radioactive Cs in Fukushima soils.

Mn oxides represent one of the most reactive phases in soil and have profound influences on the biogeochemical cycling of trace metals (Manceau et al., 1992; O'Reilly and Hochella, 2003; Villalobos et al., 2004; Yin et al., 2013; Yu et al., 2012). The high reactivity of Mn oxides can be attributed to several factors including (1) Mn oxide phases generally occur in the soil as micrometer-sized particles. The ratio of reactive surface area to volume is extremely high (Murray, 1975); (2)
Mn oxides in soils can occur in a variety of structures (such as birnessite and todorokite). The structural architectures of these minerals are especially amenable to solid-state diffusion. Unlike phyllosilicate minerals, Mn oxides can be readily mobilized by changes in environmental conditions such as alternation of wetting and drying, farming practices, and similar conditions. Thus, metals associated with Mn oxides are not permanently immobilized and may be released upon decomposition of the Mn oxide under reduced conditions.

Much effort has been devoted to the investigation of the adsorption behavior of Cs on birnessite. The structural unit of birnessite consists of an edge-sharing MnO₆ octahedron. The tetravalent Mn is usually replaced by a trivalent Mn or a vacant site. These replacements in the Mn oxide layer lead to an excess of negative charge and cations are located at the interlayer to compensate for this negative charge. Birnessite exhibits excellent cation-exchange properties (Dyer et al., 2000). Cs adsorption on birnessite takes place with a release of interlayer cations (e.g. K⁺, Na⁺) into the aqueous phase and the adsorption equilibrium is always reached within hours (Singh and Tandon, 1977). Birnessite exhibited a Cs adsorption capacity of 1 × 10⁻³–4.6 × 10⁻³ mol/g (Chitrakar et al., 2011, 2013; Sasaki et al., 2014), which is higher than previous reports (Chitrakar et al., 2014; Feng et al., 1995). The cationic radius of metal ions and that Cs can be adsorbed only on the strong acidic sites. Tests suggest that there are two types of sites for the adsorption of Cs with a high selectivity for Cs dominate the Cs adsorption capacity of Cs for todorokite is much lower than for birnessite (0.2 × 10⁻²–0.9 × 10⁻³ mol/g) (Bostick et al., 2002; Bradbury and Baeyens, 2000).

Todorokite is a tunnel-type mineral commonly observed in terrestrial and ocean-floor environments. It consists of triple chains of edge-sharing MnO₆ octahedra that share corners to form 3 × 3 tunnels. It is believed that todorokite is transformed from phyllosilicate during oxic sediment diagenesis and under low-temperature hydrothermal conditions. This assertion is supported by experimental results that have shown that todorokite could be synthesized by either high-pressure hydrothermal treatment (Ching et al., 1999; Feng et al., 1995; Feng et al., 1998; Giovanoli et al., 1975; Golden et al., 1987; Luo et al., 1999; Liu et al., 2005; Malinger et al., 2004; Shen et al., 1993; Tian et al., 1997; Vileno et al., 1998) or a refluxing process at atmospheric pressure (Cui et al., 2006; Cui et al., 2008; Cui et al., 2009; Feng et al., 2004) by using birnessite as the precursor. The adsorptive capacity of Cs for todorokite is much lower than for birnessite and ranges from 0.2 × 10⁻³ to 1 × 10⁻³ mol/g according to previous reports (Chitrakar et al., 2014; Feng et al., 1995). The calculated Kᵣ of alkali ions on todorokite follow the sequence of Li⁺ < Na⁺ < K⁺ < Rb⁺ < Cs⁺, which is in agreement with the increasing order of the effective ionic radii of metal ions. Titration test suggests that there are two types of sites for the adsorption of alkaline metals and that Cs can be adsorbed only on the strong acidic sites (Feng et al., 1995).

At trace Cs concentrations, minerals containing adsorption sites with a high selectivity for Cs dominate the Cs fixation (Sawhney, 1972). Although Cs adsorption on birnessite and todorokite at high levels have been widely studied (Chitrakar et al., 2011, 2013, 2014; Hasany and Chaudhary, 1984; Mikhail and Misak, 1988; Om and Tandon, 1977; Sasaki et al., 2014; Singh and Tandon, 1977), Cs adsorption at atmospheric pressure. The reaction mixture was stirred for another 30 min and repeatedly washed with purified water until the pH of the filtrate reached around 7. This washed sample was named birnessite. Todorokite was prepared through a Mg²⁺-reflux treatment using birnessite as a precursor. The prepared birnessites were dispersed in 400 mL of 0.5 mol/L MgCl₂ solutions. After gentle stirring for 12 h, the suspensions were centrifuged and the solids were washed several times with deionized water. The products were dispersed in 350 mL of deionized water and refluxed (100 °C) with stirring for 24 h at atmospheric pressure. The refluxed products were washed 3–5 times using deionized water. Both birnessite and todorokite were lyophilized using an FD-5 N freeze-drier (EYELA, Tokyo, Japan) for 24 h prior to characterization.

The cationic exchange capacity (CEC) is 2.50 × 10⁻³ mol/g for todorokite and 4.57 × 10⁻² mol/g for birnessite. These values were obtained from the maximum Cs adsorption capacity that we observed and are consistent with previous reports (Sasaki et al., 2014; Feng et al., 1995).
دریافت فوری متن کامل مقاله

امکان دانلود نسخه تمام متن مقالات انگلیسی
امکان دانلود نسخه ترجمه شده مقالات
پذیرش سفارش ترجمه تخصصی
امکان جستجو در آرشیو جامعی از صدها موضوع و هزاران مقاله
امکان دانلود رایگان ۲ صفحه اول هر مقاله
امکان پرداخت اینترنتی با کلیه کارت های عضو شتاب
دانلود فوری مقاله پس از پرداخت آنلاین
پشتیبانی کامل خرید با بهره مندی از سیستم هوشمند رهگیری سفارشات